Ultrasonic Testing of Diffusion Bonded Joints of AlMg3

Pavel Nachtnebl1, Ladislav Kolafík1, Lucie Forejtová2, Uwe Reisgen3, Wilfried Behr1
1Department of Manufacturing Technology, CTU in Prague, Czechia, Pavel.Nachtnebl@fs.cvut.cz
2ATG s.r.o, Beranových 65, Praha 9, 199 02, Czechia, Lucie. Forejtova@fs.cvut.cz
3Central Institute for Engineering, Electronics and Analytics, Research centre Jülich, Germany, w.behr@fz-juelich.de

The Diffusion welding was used to join aluminium alloy AlMg3 in order to make ultrasonic testing of diffusion bonded joints and analyse diffusion process. This ultrasonic testing should be used to compare with other non-destructive testing methods which the Institute of Manufacturing Technology of CTU in Prague develop. The paper discusses the ultrasonic testing for the diffusion bonded joints of AlMg3 and magnesium oxide which was created and which had an influence on quality of the diffusion bonded joints. The Alloy AlMg3 was selected because of easy correlation with welding parameters, ultrasonic testing, metallographic examination and preparation of samples for the diffusion welding.

Keywords: diffusion welding, AlMg3, magnesium oxide, ultrasonic testing

1 Introduction

The diffusion welding is a special welding technology joining parts in solid state, when the welded parts are in close contact under controlled pressure to defined temperature and time, which are main parameters of the diffusion welding. Next parameter is geometry of contact surfaces (preparation of contact surfaces) because the contact surfaces must be plane for tight contact between welded parts. Approximation of contact surfaces and local plastic deformation between contact surfaces enabling atomic diffusion of welded parts and creation of high strength joint are necessary conditions. The diffusion welding is mainly used for joining materials with problematic weldability or for welding different materials in cases of creating brittle phases.

The Diffusion welding is being used in aircraft, optic and electrical industry, where special alloys or combinations of metal or non-metal materials are often used. The alloys and materials come from limited sources and therefore they are expensive as well. These reasons lead to the fact that the destructive testing of diffusion bonded joints is not sufficient for the industry and the used components in operation.

The process of the diffusion welding consists of 3 theoretical steps:

1. First contact of surfaces – elastic and plastic deformation of small areas
2. Diffusion of atoms – movement of dislocations and vacancies, original interface ceases to exist, creation of new grains
3. Intensive diffusion – new interface of welded parts is created

The aim of this research was to weld samples of the alloy AlMg3 and to make the ultrasonic testing of the welded samples which could become the qualitative testing method for evaluation of the welded samples in future. In our research we are developing another non-destructive method of the measurement of the electrical properties and this research of ultrasonic testing of the diffusion bonded joints could be a next possible method used for non-destructive testing. The ultrasonic testing could be used to compare the measurement of the electrical properties of the diffusion bonded joints. This research was carried out in cooperation among Research Centre Jülich, RWTH Aachen and CTU in Prague. Currently, another research is being realised.

2 Material and preparation of samples

Aluminium alloy AlMg3 (EN AW-5754) was used as a basic material for homogeneous joint; its real chemical composition is shown in table 1. This alloy was selected for good welding properties to avoid the formation of complex intermetallic phases in order to carry out the comparison of electrical properties in dependence on the welding parameters. The solidification range of AlMg3 is between 610 - 640°C. The main usage of this alloy is because of the production of tooling, machines and machine parts and pressure containers.

For the experiment there were prepared circulars samples of diameter 50 mm and height 50 mm; their dimensions are shown in the figure 1. In the centre of one part of the sample was a drilling of diameter 10 mm and depth 5 mm which served as defined defect.

The condition of the surface is in the right part of figure 1 which shows that surface after machining had $R_z=2.84 \mu m$, $R_{max}=6.88 \mu m$ and $R_\alpha=0.35 \mu m$. Planarity of surface from 10 points was $2.84 \mu m$ which is more important for quality of the diffusion joint than roughness. Before the welding process the contact surfaces were for 1 minute etched in solution: $80 \ ml \ H2O + 5 \ ml \ 40 \ % \ HF$. After etching, the samples were entered immediately into the furnace.

Tab. 1 Real chemical composition of a used alloy AlMg3 [%]

| Si  | Fe  | Cu   | Mn  | Mg  | Cr  | Zn  | Ti  | Al  |
|-----|-----|------|-----|-----|-----|-----|-----|-----|
| 0.227 | 0.400 | 0.0644 | 0.300 | 3.02 | 0.0787 | 0.0891 | 0.0243 | 95.8 |

indexed on: http://www.scopus.com
3 Diffusion welding process of samples

Five samples of AlMg3 which are shown on figure 2 were welded. The table 2 shows the main parameters for all 5 samples which resulted from the previous research. The welding temperature and the pressing force (T=500°C, F=9 kN) were the same for each sample and varied in the welding time. The pressing force on surface of diameter 50 mm was 4.8 MPa. The welding temperature was 78-82% from melting temperature of AlMg3.

The samples were welded in vacuum furnace from the company PVA TePla. This is a high vacuum system with cold wall and integrated pressing unit and power-regulated resistance heater elements for application of the diffusion welding.

The welding process is described in the figure 3 which shows a graph divided into 3 parts: A, B and C. Part A is heating with heating rate 1.4 °C/min. Part B is the main part of the diffusion welding with the bonding time: 300, 400 and 500 minutes to temperature 500°C under pressure 4.8 MPa. Part C is a cooling part which was free in vacuum.

| Sample | Temperature [°C] | Time [min.] | Force [kN] | Deformation [%] |
|--------|------------------|-------------|------------|-----------------|
| I      | 500              | 500         | 9          | 11.1            |
| II     | 500              | 400         | 9          | 12.4            |
| III    | 500              | 300         | 9          | 17.6            |
| IV     | 500              | 500         | 9          | 14.9            |
| V      | 500              | 300         | 9          | 13.6            |
4 Results

Microstructure
The welded samples were cut into metallographic probes and then divided into quarters to observe a bonded line in the middle of probes by optical microscopy. The metallographic probes had the diameter 50 mm as welded samples and height was depended by concrete probe. The results of all these are shown by right part of figures 4 – 8. As can be seen from the figures 4 - 8, the welding time has not influenced on a joint interface very much. Theoretically, the joint interface should not be visible at all after the diffusion welding. In our case, there are indicated dark layers, with average thicknesses 1-1.8 μm and dark particles.

Ultrasonic testing
An ultrasonic instrument Sonatest Prisma was used with a transducer RDT 2550 which has frequency 5 MHz and diameter 6.3 mm. A calibration was carried out with a gauge for aluminium alloy ATG – A1 (No. 0.002). For the ultrasonic testing second quarters by metallographic probes were used. The reference amplitude was set to 80 %. If the back echo by back wall of the probe is 80 % the joint should be relatively well welded.

Sample I

On the echogram (figure 4 – G1) there is visible an echo with 75.2 % of the reference amplitude in depth 6.59 mm by the bond line which is in the centre of the sample I. The bond line is seen on the right part of the figure 4 which forms a boundary between parent materials.

Sample II

On the echogram (figure 5-left) there is visible an echo in depth 6.54 mm by the centre of the sample II there is the bond line of parent material. The bond line is in the centre on the right part of figure 5.
Sample III

On the echogram (figure 6 - left) there is visible an echo by the back wall of the sample III. The parent material could be well welded but the metallographic examination shows (figure 6-right) the bond line in the centre. The bond line is visible but disconnected.

Sample IV

On the echogram (figure 7 - left) there is visible an echo by the centre of the sample IV. This echo has about 35 % by the reference echo. The bond line of the sample IV is seen on the right part of the figure 4 which consists of a bigger dark particles.

Sample V

Fig. 6 The results of sample III

Fig. 7 The results of sample IV

Fig. 8 The results of sample V
An echo by the back wall of sample V is visible on the echogram (figure 8 - left). The ultrasonic testing shows theoretically a good bonded joint but the metallographic examination of the sample V shows the visible disconnected bond line which is seen in the centre of the right part of the figure 8. The result of the sample V is almost the same as by the sample III in that the bond line is also disconnected.

**SEM result – chemical composition**

A chemical analysis by SEM (Scanning Electron Microscope) was carried out because all samples contained the dark particles and layers (bond lines) at the joint interface. The figure 9 and table 3 show the result of the SEM analysis. The spectrums P1, P2 and P5 have increased volume of magnesium and oxygen. The values of silicon are residues after metallography preparation.

![Fig. 9 SEM analysis](image)

Tab. 3 SEM analysis of the dark particles and layers [at. %]

| Spectrum | O  | Mg | Al  | Si  | Mn  | Fe  |
|----------|----|----|-----|-----|-----|-----|
| P1       | 8.33| 2.61| 78.51| 10.29| 0.13| 0.13|
| P2       | 6.50| 5.05| 72.78| 15.50| 0.13| 0.04|
| P3       | 0.00| 1.72| 70.10| 2.64 | 10.49| 15.04|
| P4       | 0.00| 2.83| 76.70| 2.15 | 4.10 | 14.22|
| P5       | 3.27| 2.97| 89.70| 3.92 | 0.14 | 0.00|
| P6       | 0.28| 3.04| 96.34| 0.08 | 0.25 | 0.02|
| P7       | 0.40| 3.05| 96.30| 0.09 | 0.20 | 0.06|

**6 Conclusion**

The magnesium oxides were formed in the interface of joint during the diffusion welding process. The increased volume of magnesium in the used alloy influenced a rapid creation of these oxides between the preparation of the welded samples and the welding process. The ultrasonic testing of the diffusion bonded joints was used in our research for the first time. For better evaluation, calibration and comparison of results of the ultrasonic testing, larger quantities of diffusion bonded joints is necessary to process. Our research team of the Welding Division of the Institute of Manufacturing Technology is going to process a comparison among other developing non-destructive methods (Computed Tomography, Radiographic Testing and testing of electrical properties of welded joints) for the diffusion welding.

**Acknowledgement**

We would like to express our gratitude to the working group of Forschungszentrum Jülich, RWTH Aachen and CTU in Prague.

Grant: SG16/217/OHK2/3T/12

**Sustainable Research and Development in the Field of Manufacturing Technology**

**Research centrum Jülich:**
Prof. Ghaleb Natour; Ing. Harald Glückler, Ph. D.; Ing. Wilfried Behr, Ph. D.

**RWTH Aachen:**
Prof. Uwe Reisgen; Ing. Lars Stein, Ph. D.

**CTU in Prague:**
Doc. Ladislav Kolařík; Ing. Pavel Nachtnebl; Ing. Lucie Forejtová

**References**

[1] SHIRZADI, Amir A. (1997). Diffusion Bonding Aluminium Alloys and Composites: New Approaches and Modelling. Cambridge, 1997. A thesis submitted for the degree. University of Cambridge. Supervisor: Rob Wallach.

[2] KAZAKOV. N.F. (1976). Diffuzionnajasvarka materialov, Mašinostrojenije, Moskva, 1976
[3] TURŇA, M. (1989). Špeciálnemetódy zvárania, Alfa, Bratislava, 1989

[4] JÁŇA, M., TURŇA, M. KOLAŘÍK, L., KOLAŘÍKOVÁ, M. (2012). Difúzne zväzanie kombinovaných kovov, Sborník konference Zvárania 2012, VUZ, 2012

[5] P. NACHTNEBL, L. KOLAŘÍK, M. KOLAŘÍKOVÁ, P. VONDROUŠ (2014). Diffusion welding of structural steel E295, Technological forum 2014, Prague.

[6] KOLAŘÍK, L., P. NACHTNEBL, J. JANOVEC, and M. KOLAŘÍKOVÁ. (2015). Influence of Diffusion Welding Time on Homogenous Steel Joints. Procedia Engineering [online]. 2015, 100, 1678-1685. DOI: 10.1016/j.proeng.2015.01.543.

[7] P. NACHTNEBL, U. REISGEN, G. NATOUR, W. BEHR, L. STEIN, H. GLÜCKLER, L. KOLAŘÍK. (2016). Diffusion welding of homogeneous joints of alloy AlMg3, Technological forum 2016, Prague.

[8] Forschungszentrum Jülich GmbH. Bereich Prüf- und Abnahmetechnik [online]. [cit. 2017-05-05]. Available from: http://www.fzjuelich.de/zea/zea1/DE/Ausstattung/PruefUndAbnahmetechnik.html?nn=1012570

[9] DC and AC Electric Power Measurement. [online]. [cit. 2017-05-05]. Available from: http://www.electronicshub.org/dc-and-ac-electric-power-measurement/

[10] GINDT Institute of Nondestructive Testing & Training [online]. [cit. 2017-05-05]. Available from: http://www.gindt.co.in/services.php

[11] BondTest EU Project: Seventh Framework Programme [FP7/2007-2014] under grant agreement no 605288. BondTest [online]. [cit. 2017-05-05]. Available from: http://www.bondtest.eu/

[12] TWI: BondTest – Development of an Ultrasonic Testing Technique to Characterise Diffusion Bonds in Layered Structures [online]. [cit. 2017-05-05]. Available from: http://www.twi-global.com/_resources/assets/attachment/full/0/2130214.pdf

[13] JIANG, Biao, Johan E. CARLSON, Miguel Castaño ARRANZ, Philip LINDBLAD, Johan ÖHMAN. (2015). Ultrasonic Imaging through Thin Reverberating Materials. Physics Procedia. 2015, 70, 380-383. DOI: 10.1016/j.phpro.2015.08.099. ISSN 18753892. Available from: http://linkinghub.elsevier.com/retrieve/pii/S1875389215008408

[14] TOTKA BAKALOVA, NIKOLAY PETKOV, HRISTO BAHCHEDZHIEV, PETR LOUDA. (2016). Tribology of Titanium-Aluminium Base Nanomultilayer Coatings. Manufacturing Technology. 2016, 2016(16), 5. ISSN 1213-2489.

[15] MAXIM PUCHNIN, OLEKSANDR TRUDONOSHYN, OLENA PRACH, FRANTIŠKA PEŠLOVÁ. (2016). Comparison of ABI Technique and Standard Methods in Measuring Mechanical Properties of Aluminium Alloys. Manufacturing Technology. 2016, 2016(16), 7. ISSN 1213-2489.

[16] DANA BOLIBRUCHOVÁ, MAREK BRŮNA. (2017). Impact of the Elements Affecting the Negative Iron-Based Phases Morphology in Aluminium Alloys – Summary Results. Manufacturing Technology. 2017, 2017(17), 4. ISSN 1213-2489.

[17] TOMASZ LIPIŃSKI. (2017). Analysis of Mechanical Properties of AlSi9Mg Alloy with Al, Ti and B Additions. Manufacturing Technology. 2017, 2017(17), 5. ISSN 1213-2489.

[18] IVA NOVAKOVA, JAROMIR MORAVEC, PAVEL KEJZLAR. (2017). Metallurgy of the Aluminium Alloys for High-Pressure Die Casting. Manufacturing Technology. 2017, 2017(17), 7. ISSN 1213-2489.

[19] MILAN UHRÍČIK, PETER PALČEK, MÁRIA CHALUPOVÁ, TATIANA ORŠULOVÁ. (2017). The Structure of the Aluminium Alloy and Its Influence on the Fatigue Properties. Manufacturing Technology. 2017, 2017(17), 6. ISSN 1213-2489.

[20] PETRA KVASNOVÁ, DANIEL NOVÁK, VIKTOR NOVÁK (2017). A Laser Welding of Aluminium Alloys. Manufacturing Technology. 2017, 2017(17), 6. ISSN 1213-2489.